TiO$_2$-SiO$_2$ nanofluid characterization: Towards efficient with water/ethylene glycol mixture for solar application

M A Fikri$^{1,5,*}$, F F Asri$^2$, W M Faizal$^1$, H K Adli$^1$, R Mamat$^2$, W H Azmi$^2$, G Najafi$^3$ and T Yusaf$^4$

$^1$ Faculty of Bioengineering and Technology, Universiti Malaysia Kelantan, 17600 Malaysia.
$^2$ Department of Mechanical Engineering, College of Engineering, Universiti Malaysia Pahang, Lebuhraya Tun Razak, 26300 Gambang, Kuantan, Pahang, Malaysia.
$^3$ Tarbiat Modares University, Jalale-E-Aleahmad Highway, Tehran, Iran.
$^4$ Federation University, Melbourne, Australia.
$^5$ Engineering Division, Jabatan Kesihatan Negeri Kelantan, 15590 Kota Bharu, Kelantan, Malaysia.

*E-mail: moamfik.selehor@gmail.com

Abstract. Nowadays renewable energy has been used widely as strong contenders to improve the plight of two billion people, mostly in rural areas, without access to modern forms of energy. In this study, the effect of using water/ethylene glycol-based TiO$_2$-SiO$_2$ nanofluid on the characteristic of the solar radiation test rig has been experimentally used to investigate the characteristic of TiO$_2$-SiO$_2$ nanofluid suspended in water/ethylene glycol for solar applications. The TiO$_2$-SiO$_2$ nanofluids were prepared at a volume concentration of 0.3, 0.5 and 0.7% and dispersed in a base fluid of water/ethylene glycol 60:40 and 70:30 TiO$_2$-SiO$_2$ with the one-step method. KD2 Pro measures thermal conductivity set equipment and viscosity by LVDV III Ultra Rheometer. Thermal conductivity results show that the increase with different temperatures but the temperature of viscosity decreases. For solar radiation test rig that the highest point indicates the end of the charging process and the beginning of the discharging process, the maximum concentrations of 0.7% are observed to consistently provide higher temperature output as compared to the other three concentrations of nanofluids based on solar radiation 300, 500 and 700 W/m$^2$. Therefore, it can be concluded that the higher concentrations give ample time to the test tube to transfer the heat and thus increased its temperature during the charging process.

1. Introduction

Renewable energy sources play a crucial role in the effort of solving environmental problems efficiently and effectively for energy security and sustainability. Renewable energies are supplied (such as from biofuels, solar heat, photovoltaics, wind, hydro, wave, tidal, Geothermal, and ocean-thermal). Future development of renewable energy will enable a further reduction of environmental impacts. Renewable energy sources that meet domestic energy requirements provide energy services with zero emissions of both air pollutants and greenhouse gases [1]. Nowadays, it is about two billion peoples, mostly in rural areas depend on renewable energy sources without utilizing any modern forms of energy [2]. A further benefit of implementing renewable energy technologies in rural areas are provided job opportunities and at the same time, decrease the migration towards urban areas [3]. It
shows that renewable energy sources are not only important element in energy sustainability, but also contributes in improving the life of several communities as well.

In recent years, solar energy has become the most important source of energy. The usage of fossil fuels might be reduced in the future due to perceiving a shortage of fossil fuels and for the sake of the environment. Solar energy has become an alternative source of energy to overcome those barriers. Mostly solar energy applications are cost-effective and require only a few kilowatts of power for individual small systems [4, 5]. Utilization of solar energy should be applied in a wide range area since it contributes to energy stability improvement, increase energy sustainability, and increase system efficiency [6-9]. There are many studies conducted in solar, as reported in many kinds of literature [10-12].

Nanofluid is the common fluid which has been suspended with ultra-fine solid particles [13-16]. Commonly used fluids such as water, ethylene glycol, and heat transfer oil have contributed significant benefits to many industrial processes such as power generation, heating or cooling process, chemical processes, and microelectronics. However, the thermal conductivity of these fluids is relatively low and unable to reach high heat exchange rates in thermal engineering devices. In order to overcome this particular obstacle, various investigation of using nanofluid to improve the thermal conductivity of those fluids was carried out. Recently, the effects of nanofluids have been investigated by researchers on the enhancement of heat transfer in thermal engineering devices for experimentally and theoretically. Variety preparation methods, characteristics, and different models used for the calculation of thermo-physical properties of nanofluids has been applied by the researchers [17-24]. The effects of nanofluids on flow and heat transfer in natural and forced convection in different systems also have been summarized in some researches [25-29]. Special properties of nanofluids has given benefits in various applications.

Hybrid nanofluid is the new generation of nanofluid which composed of two variant types of dispersed nanoparticles in a base fluid. Investigation of various applications by using hybrid nanofluids has increased recently [10, 30-32]. Hybridization of nanofluids can increase the thermal conductivity of nanofluids. However, proper hybridization process is needed to get the best performance of hybrid nanofluid in heat transfer [30]. Hybrid nanofluid has served not only better performance in term of thermal conductivity than single-particle nanofluids but also provide high impacts of nanofluid utilization in present technologies [33-35].

Therefore, the objective of this study is to investigate the characteristic of TiO$_2$-SiO$_2$ nanofluid suspended in water/ethylene glycol 60:40 and 70:30 TiO$_2$-SiO$_2$ with one-step method for solar applications. This study will help researchers to get an idea about the effect of TiO$_2$-SiO$_2$ nanofluid based on thermophysical properties to apply to the whole system of solar used.

2. Materials and methods

2.1. Thermo-physical properties measurement

Thermal conductivity of the samples was measured using KD2 Pro thermal property analyzer of Decagon Devices, Inc., USA. The data were collected for a temperature range of 30 to 70 °C after two hours of the sonication process. Various investigators used KD2 pro thermal property analyzer in their measurements of thermal conductivity [36-41]. This instrument applied the transient hot-wire method. The present measurement method allowed the thermal conductivity measurement of nanofluids with minimum free convection effects. The experiment was performed five times for each sample and condition, and data point reported in this study represents an average of five measurements with an estimated error of ±1.2%. The set up for the thermal conductivity measurement is shown in figure 1 consists of a KD2 Pro thermal property analyser, water bath, a single needle sensor and a sample of hybrid nanofluids.
Figure 1. Apparatus and Instrument used in thermal conductivity measurement.

The viscosity of the nanofluids was measured using Brookfield LVDV-III Ultra Rheometer. Several investigators were used the same approach in their work for measurement of viscosity [42-44]. The viscosity was measured in temperatures between 30 °C and 70 °C, and the values were recorded at steady-state conditions, and 30 minutes was allowed to stabilize the temperature. The set up for the viscosity measurement is shown in figure 2.

2.2. The set up for experiments

Figure 3 shows the experimental setup with the solar simulator. Experiments were conducted for nanofluid concentrations ranging from 0.3, 0.5 and 0.7%. The parameters and properties involved in the experiment are given in table 1.

For each concentration, the data in the test tube is collected. The measurement of heat rates on solar simulators was taken using a pyranometer. Each preparation is exposed to short wavelength radiation under the solar simulator with 300, 500 and 700 W/m² for 30 minutes, of which 15 minutes is the heating period and the next 15 minutes for a cooling period.

Figure 3. The solar radiation test rig.
Table 1. Detail description of the solar radiation test rig.

| Description      | Specification                                           | Number |
|------------------|---------------------------------------------------------|--------|
| Data logger      | ADAMView Advantech Data Acquisition                      | 1      |
| SSO              | Switch Socket Outlet (Data Logger & Spotlight Dimmer)   | 2      |
| Dimmer           | Setting up with pyranometer (300, 500 & 700 W/m²)       | 3      |
| Spotlight        | Halogen 500 W (1 Piece)                                 | 4      |
| Thermocouple     | K-type                                                  | 5      |
| Test Tube        | 100 ml                                                  | 6      |

3. Results and discussion

3.1. Viscosity

Figure 4 shows the data analysis for the viscosity measurement under different temperatures for the various concentration of nanofluid. For instrument calibration, viscosity data for ethylene glycol was compared to viscosity in ASHRAE [45] and water/ethylene glycol. The viscosity using water/ethylene glycol was found to be higher for a temperature range of 30–70 °C.

![Figure 4. The viscosity of nanofluids with different temperatures.](image)

Viscosity is essential in determining the properties of nanofluids. The viscosity of TiO₂-SiO₂ nanofluid is higher than the base liquid and increases according to the concentration of the liquid. For high volume concentration, it is clearly showing that the increase of viscosity concerning volume concentration and base fluid.

3.2. Thermal conductivity

Figure 5 shows the graph for the thermal conductivity measurement under different temperatures for the various concentration of nanofluid. At the stage of instrument calibration, measured thermal conductivity data for ethylene glycol was compared to thermal conductivity in ASHRAE [45] and water/ethylene glycol. The thermal conductivity using ethylene glycol was found to be higher for a temperature range of 30–70 °C.

The thermal conductivity of TiO₂-SiO₂ nanofluid was a maximum increase higher than the base fluid. The observation of this trend seems to be related to the Brownian movement. At high temperatures, particle collisions occur at higher rates, thereby bringing more kinetic energy.
3.3. The Effect of TiO$_2$-SiO$_2$ nanofluid with water/ethylene glycol based for absorber solar

The collected data obtained from the data logger, all data related to systems and collected by the k-type thermocouple. The absorber was appraised using the following essential indices, and the states of charge and discharge vary by time in a minute. In our case, to accurately assess the system, the findings were collected during the selected time, which is 15 minutes charging and 15 minutes discharging under different concentrations of TiO$_2$-SiO$_2$ nanofluids. All these results based on solar radiation 300, 500, and 700 W/m$^2$ as shown in figure 6.

For solar radiation of 300 W/m$^2$ and volume concentration of nanofluids 0.3, 0.5 and 0.7%, the maximum temperature achieved within 15 minutes of charging process is 53.0 °C, 52.5 °C and 52.7 °C respectively. Meanwhile, for solar radiation of 500 W/m$^2$, the temperature increases until the maximum value within the 15 minutes. However, for solar radiation 700 W/m$^2$, the volume concentration of nanofluids 0.3, 0.5, and 0.7%, the maximum temperature achieved 66.9, 65.3 and 67.2 °C, respectively. So, the result shows increasing rapidly for solar radiation 700 W/m$^2$ at the beginning of 15 minutes charging.
Figure 6. Temperature output of the absorber based on base fluid and nanofluids. Solar radiation (a) 300 W/m$^2$, (b) 500 W/m$^2$, (c) 700 W/m$^2$.

4. Conclusion
The present study aims to investigate the characteristic of TiO$_2$-SiO$_2$ nanofluid suspended in water/ethylene glycol for solar applications. This study was attentive to the experimental of water/ethylene glycol in mixture ratios of 60:40 based 70:30 TiO$_2$-SiO$_2$ nanofluid for a wide range of temperatures from 30 to 70 °C and 300, 500 and 700 W/m$^2$ for solar radiation. Based on the obtained results, key findings of this investigation can be summarized as follows:

i. The viscosity of water/ethylene glycol-based TiO$_2$-SiO$_2$ nanofluid at 30 °C, and 0.3% of volume concentration was 2.72 mPa.s compared to base liquid which was 2.38 mPa.s and increases according to the concentration of the liquid.

ii. The thermal conductivity, $k$ of water/ethylene glycol-based TiO$_2$-SiO$_2$ nanofluid at 0.3% of volume concentration was 0.431 W/m·K compared to the base liquid which was 0.417 W/m·K and increases according to the temperature difference. This trend seems to be related to the Brownian movement, which is bringing more kinetic energy.

iii. The higher concentrations give ample time to the test tube to transfer the heat and thus increased its temperature during the charging process under the solar radiation test rig. For volume concentration of nanofluids 0.3% and 300 W/m$^2$ of solar radiation, the maximum temperature achieved was 53.0 °C, and for solar radiation of 700 W/m$^2$, the maximum temperature achieved was 66.9 °C.

Acknowledgements
The authors would like to thank the Faculty of Bioengineering and Technology, Universiti Malaysia Kelantan and Faculty of Mechanical Engineering, University Malaysia Pahang for providing laboratory facilities.

References
[1] Panwar N, Kaushik S, Kothari S 2011 Renewable and Sustainable Energy Reviews 15 1513-24.
[2] Bamisile O O, Dagbasi M 2015 International Journal of Engineering Research & Technology (IJERT) 4 562-8.
[3] Bergmann A, Colombo S, Hanley N 2008 Ecological economics 65 616-25.
[4] Thirugnanasambandam M, Iniyan S, Goic R 2010 Renewable and sustainable energy reviews 14 312-22.
[5] Sharma A 2011 Renewable and Sustainable Energy Reviews 15 1767-76.
[6] Mekhilef S, Saidur R, Safari A 2011 Renewable and sustainable energy reviews 15 1777-90.
[7] Sowmy D S, Schiavon Ara P J, Prado R T A 2017 Renewable Energy 108 644-51.
[8] Sharafeldin M A, Gröf G 2019 Renewable Energy 134 453-60.
[9] Yadav K, Kumar A, Sastry O S, Wandhare R 2019 Renewable Energy 134 169-77.
[10] Wahab A, Hassan A, Qasim M A, Ali H M, Babar H, Sajid M U 2019 Journal of Molecular Liquids 111049.
[11] Ines M, Paolo P, Roberto F, Mohamed S 2019 Solar Energy 186 335-46.
[12] Sahin A Z, Uddin M A, Yilbas B S, Al-Sharafi A 2019 Renewable Energy.
[13] Zawawi N N M, Azmi W H, Redhwan A A M, Sharif M Z, Samykano M 2018 International Journal of Refrigeration 89 11-21.
[14] Azmi W H, Abdul Hamid K, Usri N A, Mamat R, Mohamad M S 2016 International Communications in Heat and Mass Transfer 76 24-32.
[15] Azmi W H, Usri N A, Mamat R, Sharma K V, Noor M M 2017 Applied Thermal Engineering 112 707-19.
[16] Azmi W H, Zainon S N M, Hamid K A, Mamat R 2019 Journal of Mechanical Engineering and Sciences 13 5182-211.
[17] Li Y, Tung S, Schneider E, Xi S 2009 Powder technology 196 33-46.
[18] Lee J-H, Lee S-H, Choi C, Jang S, Choi S 2011 International Journal of Micro-Nano Scale Transport.
[19] Ghadimi A, Saidur R, Metselaar H 2011 International journal of heat and mass transfer 54 4051-68.
[20] Babar H, Ali H M 2019 Journal of Molecular Liquids 281 598-633.
[21] Arshad A, Jabbal M, Yan Y, Reay D 2019 Journal of Molecular Liquids 279 444-84.
[22] Tong Y, Lee H, Kang W, Cho H 2019 Applied Thermal Engineering 113959.
[23] Hamid K A, Azmi W H, Nabil M F, Mamat R, Sharma K V 2018 International Journal of Heat and Mass Transfer 116 1143-52.
[24] Usri N A, Azmi W H, Mamat R, Hamid K A, Najafi G 2015 Energy Procedia 79 397-402.
[25] Daungthongsuk W, Wongwises S 2007 Renewable and sustainable energy reviews 11 797-817.
[26] Kakaç S, Pramuanjaroenkij A 2009 International Journal of Heat and Mass Transfer 52 3187-96.
[27] Godson L, Raja B, Lal D M, Wongwises S 2010 Renewable and sustainable energy reviews 14 629-41.
[28] Sarkar J 2011 Renewable and sustainable energy reviews 15 3271-7.
[29] Hamid K A, Azmi W H, Mamat R, Sharma K V 2016 International Communications in Heat and Mass Transfer 73 16-24.
[30] Sarkar J, Ghosh P, Adil A 2015 Renewable and Sustainable Energy Reviews 43 164-77.
[31] Shah T R, Ali H M 2019 Solar Energy 183 173-203.
[32] Fikri M A, Faizal W M, Adli H K, Amran N A 2018 Proceeding of National Conference on Mechanical Engineer (NCME) 68-75.
[33] Esfe M H, Amiri M K, Alirezaie A 2018 Journal of Thermal Analysis and Calorimetry 134 1113-22.
[34] Yıldız Ç, Arıcı M, Karabay H 2019 International Journal of Heat and Mass Transfer 140 598-605.
[35] Wei X, Yin Y, Qin B, Wang W, Ding J, Lu J 2019 Renewable Energy.
[36] Das S K, Putra N, Roetzel W 2003 International Journal of Heat and Mass Transfer 46 851-62.
[37] Ding Y, Alias H, Wen D, Williams R A 2006 International Journal of Heat and Mass Transfer 49 240-50.
[38] Ding Y, Chen H, Wang L, Yang C-Y, He Y, Yang W, et al. 2007 *KONA Powder and Particle Journal* 25 23-38.

[39] Khdher A M, Sidik N A C, Mamat R, Hamzah W A W 2015 *International Communications in Heat and Mass Transfer* 69 34-40.

[40] Wen D, Ding Y 2004 *International journal of heat and mass transfer* 47 5181-8.

[41] Mintsa H A, Roy G, Nguyen C T, Doucet D 2009 *International journal of thermal sciences* 48 363-71.

[42] Pak B C, Cho Y I 1998 *Experimental Heat Transfer an International Journal* 11 151-70.

[43] Namburu P, Kulkarni D, Dandekar A, Das D 2007 *Micro & Nano Letters* 2 67-71.

[44] Koca H D, Doganay S, Turgut A, Tavman I H, Saidur R, Mahbubul I M 2018 *Renewable and Sustainable Energy Reviews* 82 1664-74.

[45] Handbook A 2009 *American Society of Heating, Refrigerating and Air Conditioning Engineers: Atlanta, GA, USA.*